Comparison of shear bond strength of orthodontic brackets bonded with halogen and plasma arc light curing

Mohammad Hossein Toodehzaeim¹, Alireza Danesh Kazemi², Hossein Agha Aghili¹, Kazem Barzegar², Taranom Fallahtafti⁴

¹Department of Orthodontics, School of Dentistry, ²Department of Operative Dentistry, ³Department of Foreign Languages, Shahid Sadoughi University of Medical Sciences, ⁴Dentist, Yazd, Iran

ABSTRACT

Background: Reduced time and appropriate bond strength of brackets is one of the most important aspects of orthodontic treatments. Prolonged halogen light curing for bonding of brackets is undesirable, so the purpose of this study was to compare the shear bond strength of brackets bonded with halogen light and plasma arc system.

Materials and Methods: This was an experimental in vitro study. A total of 60 intact premolar teeth were collected and divided into four groups. Stainless steel orthodontic brackets were bonded to them. In groups 1 and 2, curing was done using halogen light given for 20 seconds from two and four angles. In groups 3 and 4, curing was carried out using the plasma arc system for 6 seconds from two and four angles. The shear bond strength was recorded by Instron. The statistics of ANOVA, Tukey’s test, and T-test were used in data analysis.

Results: There was a statistically significant difference in shear bond strength among the four groups (P = 0.043) and between group 1 with group 2 (P = 0.035). Yet, there was no statistically significant difference between brackets bonded with plasma arc and those bonded with halogen light or between the two groups of plasma arc.

Conclusion: Using the plasma arc system is superior to other methods due to reduced curing time. Also, since in using the halogen light system, an increase in curing periods from different angles resulted in a significant increase in shear bond strength; it is advisable to apply the halogen light from different angles.

Key Words: Halogen light, plasma arc, shear bond strength

INTRODUCTION

The use of light cure composites for adhesion of orthodontic brackets to the enamel surface has been common in the past decades. Ordinary halogen light curing systems have been used in these cases.¹ These systems can induce the proper polymerization of light cure composites in 20 to 40 seconds of curing time.²

The curing time decreased as the newer composites and light cure systems were introduced. The plasma arc curing system (PAC), a system with high light intensity, was first introduced by Cacciafesta in orthodontics.³ In this system, light is emitted from an electricity-conductive gas (plasma) which is placed under pressure between two Tungsten electrodes. The PAC lamp has a narrower spectrum of 430 to 490 nm⁴ and much higher light intensity of 1 200 to 2 200 mw/cm², so the curing time is significantly reduced.² In light curing time studies, the appropriate curing time for composites using the plasma arc system has been recorded as 1,⁵ 2,³,⁶,¹⁰ 3,⁵,⁷ 4,⁶,⁸ 5,¹⁰ 6,²,³,⁵,⁷ 9,¹⁰ and 10⁶ seconds. Signorelli et al. reported that a plasma arc system with a curing time of 6 seconds has a bond strength and bond fracture similar to that of the halogen light cure systems with the curing time of

Access this article online

Website: www.drj.ir

www.mui.ac.ir
20 seconds.\cite{2} Hence, some manufacturers recommend a time of 6 seconds (3 seconds of mesial curing and 3 seconds of distal curing) for the polymerization of the composite layer under the orthodontic brackets using the PAC systems.\cite{2} On the basis of these findings, Oesterle believes that curing from two angles on the orthodontic brackets limits the amount of heat produced and reduces the pulpal damage and leads to transference of more light to the bracket base.\cite{7} Of course, not all researchers agree on this.

1. In a 12-month study, Sfondrini et al.\cite{1} investigated the causes of orthodontic bracket failure after curing by plasma arc light and halogen light curing on 83 patients. The results of this study showed that after 12 months, there was no statistically significant difference between failure rate of brackets cured with halogen system and plasma arc system in the maxilla and mandible.

2. Signorelli et al.\cite{2} carried out an in vitro study of the shear bond strength of orthodontic brackets bonded with plasma arc and halogen. The study was done on 90 premolar teeth assigned to 6 equal groups. Stainless steel brackets were bonded to the teeth using either the halogen system of curing time of 20 seconds or plasma arc system with curing time of 2, 6, and 10 seconds through one angle curing. The results of the study revealed that plasma arc device with curing time of 6 seconds produced bond strength and fracture rate similar to that of halogen system with curing time of 20 seconds.

3. Yusoff et al.\cite{10} investigated the effect of angle of the light cure tip on shear bond strength of orthodontic brackets. He bonded the orthodontic brackets to three groups each containing 30 premolar teeth with LED system for 40 seconds at curing angles of 0°, 45°, and 90°, and at the standard distance. Then, he put them under the shearing pressure to debond the brackets. The findings revealed that there was no significant difference in shear bond strength of orthodontic brackets by using LED device when curing were done at 0°, 45°, and 90° angle.

4. Oesterle\cite{7} studied the quick curing of composites using the plasma arc compared to halogen light. Standard brackets were bonded to enamel of pig teeth with three types of orthodontic composites. The bondings were exposed to halogen light for 40 seconds and to plasma arc light for 3, 6, and 9 seconds. Bond strength of brackets was assessed 30 minutes and 24 hours after curing. The study showed that the shear bond strength of orthodontic brackets cured with plasma arc increases with curing time. However, there was no statistically significant difference between bond strength of orthodontic brackets bonded with halogen light at 40 seconds and plasma arc system at 3, 6, and 9 seconds. To reduce the excessive heat reaching the teeth, it was recommended to cure the teeth from several different angles at short curing times.

The question to be answered yet on the basis of dental literature reviewed above is: “Could similar curing times as above using several curing angles instead of mesial and distal angles via the plasma arc and halogen systems produce a different effect on the shear bond strength of orthodontic brackets?” So, the purpose of the present study was to compare the shear bond strength of orthodontic brackets bonded to enamel using the halogen light and plasma arc light at four angles instead of the conventional two angles to arrive at a more appropriate curing method accompanied by more acceptable shear bond strength for bonding orthodontic brackets.

**MATERIALS AND METHODS**

This was an experimental in vitro study in which the effect of curing methods on shear bond strength of orthodontic brackets is evaluated by using the halogen light curing method compared to the plasma arc method. In this study, considering the $P<0.05$, test power of %80, $S = 3$, and $d = 3.1$.\cite{11} Fifteen samples were included in each of the four groups. Therefore, a total of 60 human maxillary premolar teeth were collected from the patients in need of orthodontic extraction. The sample teeth were selected according to the following criteria: intact enamel, absence of dental caries or restorations at the buccal aspect of teeth, absence of fracture line due to forceps extraction of the teeth, and absence of any chemical effects of bleaching. All the sample teeth were then brushed, the debris were removed, and were placed in normal saline solution\cite{9} till the time of experiment. Then, all of the teeth were disinfected using 0.5% chloramidine-T.\cite{12}

The roots were then placed in self-curing acrylic resin (Dentsply Limited Weybridge/Surrey KT 15 SE/England) so that the labial aspect of their crowns was parallel to the shearing force applied by Instron device to debond the brackets. To do this, a Surveyor (BeGo, Germany) was used. To standardize the curing conditions and the possibility of light curing from the gingival area to the teeth, the acrylic resin on
the buccal aspect of teeth was formed at 45 degree angle [Figure 1]. Additionally, to avoid the effect of heat due to hardening of self-cured acrylic resin, the samples passed the acrylic hardening process in water for 10 minutes. The samples were then kept in distilled water till the time of experiment. The teeth were then assigned to four groups randomly each containing 15 samples. The curing methods for the four groups were as follows:

Group 1: Curing with halogen system using the conventional method with a time of 20 seconds (10 seconds at the mesial angle and 10 seconds at the distal angle).

Group 2: Curing with halogen system using the conventional method with a time of 20 seconds (5 seconds at the mesial angle, 5 seconds at the distal angle, 5 seconds at the gingival angle, and 5 seconds at the occlusal angle).

Group 3: Curing with the PAC system with a time of 6 seconds (3 seconds at the mesial angle and 3 seconds at the distal angle).

Group 4: Curing with the PAC system with a time of 6 seconds (2 seconds at the mesial angle, 2 seconds at the distal angle, 1 second at the gingival angle, and 1 second at the occlusal angle).

To bond the brackets, first the enamel surface was brushed with rubber cap and pumice at low speed handpiece, washed for 10 seconds, and dried with moisture-free air blow for 20 seconds. Then, the teeth were etched with 37% phosphoric acid gel (3M/USA) for 30 seconds and were sprayed with water and air for 30 seconds and finally dried. Transbond XT Primer (3M Unitek, Monrovia, California, USA) was located on etched enamel surface and formed into a thin layer via the moderate blow of compressed air. Immediately, Transbond XT Adhesive (3M Unitek, Monrovia, California, USA) was used. Following this, orthodontic stainless steel brackets (American Orthodontic/USA) of maxillary premolars with a 12.31 mm² surface were put on the tooth surface. To connect the brackets, composite was first placed on the bracket base, and then using special bracket gauge, the brackets were placed on the labial surface in their correct positions. The extra composite flowing out of the bracket base was cleaned. Then, curing was done for each group according to its own curing protocol. It should be mentioned that for PAC, LiTex™ 658 (Dentamerica/Taiwan) and for halogen curing Astralis curing light (model 7 Vivadent/Lichtenstein) were used. Light intensity of each curing device was measured three times in the first second using radiometer (Dentamerica/Taiwan). The average light intensity of plasma arc system was recorded as 2125 mw/cm², and that of the halogen system was recorded as 625 mw/cm².

Following the bonding of brackets, the groups were placed in separate glasses in distilled water for 7 days. Next, the samples were exposed to shearing forces using Instron Universal Testing Machine (DARTEC/England) operating at the cross head speed of 1 mm/minute. To do so, the exerted force was applied to the bonding site between wing and bracket base parallel to the occlusogingival plane and as close as possible to the bracket base.

Their shearing bond strength was recorded in Newton. Then, the value for shearing bond strength in Mpa was obtained. For statistical analysis, the data collected were analyzed using the SPSS16 via the statistics of ANOVA, Tukey’s test, and T-test. The P value was set at 0.05.

RESULTS

The average shearing bond strength for groups 1 through 4 were 10.77, 16.25, 12.13, and 13.85 Mpa, respectively [Table 1].

On the basis of ANOVA, there was statistically significant difference between the compared groups (P = 0.043). Tukey’s test showed that the shearing bond strength of group 2 (16.25 Mpa) was significantly higher than that of group 1 (P = 0.035). This increase was not statistically significant in the
Comparing the halogen and plasma arc groups, there was no statistically significant difference between group 2 compared to groups 3 and 4 ($P = 0.166$ and $P = 0.403$). By using T-test, there was no statistically significant difference in the overall comparison of halogen groups and plasma arc groups, i.e., total curing of two halogen groups and total curing of two plasma arc groups ($P = 0.725$, Table 3).

**DISCUSSION**

Today, light cure composites are available in orthodontics for bonding brackets to enamel. Halogen light cure device must cure each bracket for 20 to 40 seconds and this is very time consuming for all of the teeth. The plasma arc system has been introduced as a device with high intensity of light in recent years. This device was first proposed by Cacciafesta and then by others to replace the halogen light system.\(^2,3,7,10,13\) The high intensity of light in this system (1 \(200-2100\) mw/cm\(^2\)) reduces the curing time of composites, this being the main advantage of this device over others.\(^1,7,16,17\)

In this study, two systems of halogen and plasma arc light were used to bond the orthodontic brackets. The purpose of this study was to compare the shear bond strength of orthodontic brackets bonded to enamel in two- and four-directional curing angle and by using of the plasma arc and halogen light systems. However, Signorelli \textit{et al.}\(^2\) had previously asserted that shear bond strength of plasma arc with the total time of 6 seconds at two-directional mesial and distal curing was similar to that of halogen light with the total time of 20 seconds of two-directional mesial and distal curing. It should be mentioned that the plasma arc system can produce a clinically acceptable bond strength at 2 seconds\(^2,6\) and 4 seconds,\(^6\) yet this bond strength (specially at time of 2 seconds) is significantly lower compared to the curing at 4 seconds.\(^2\)

In the present study, the bond strength value from first to last group was 10.76 Mpa -16.25 Mpa-12.13 Mpa-

---

**Table 1:** Means of standard deviation and standard error of measurement of the four studied groups in Mpa

| Groups | Light source | Number | Mean (Mpa) | SD (Mpa) | SE of measurement | Least data | Most data |
|--------|--------------|--------|------------|----------|-------------------|------------|-----------|
| I      | Halogen 20 (10-10) | 15     | 10.77      | 3.46     | 0.89              | 7.96       | 16.29     |
| II     | Halogen 20 (5-5-5) | 15     | 16.25      | 7.15     | 1.85              | 5.76       | 32.33     |
| III    | Plasma arc 6 (3-3) | 15     | 12.13      | 2.82     | 0.73              | 6.08       | 16.27     |
| IV     | Plasma arc 6 (2-2-1-1) | 15     | 13.85      | 6.28     | 1.72              | 5.84       | 30.99     |

$P = 0.043$

**Table 2:** Dyadic comparison of means, SDs, and significant differences of groups using Turkey test

| Group 1 | Group 2 | Difference of means | SD | $P$-value | Maximal limit of bond strength | Minimal limit of bond strength |
|---------|---------|---------------------|----|-----------|-------------------------------|-------------------------------|
| Ha\(^1\) | Ha\(^2\) | -5.49 | 1.96 | *0.035 | -10.69 | 0.29 |
| P1\(^i\) | P1\(^f\) | -1.37 | 1.96 | 0.898 | -6.57 | 3.83 |
| P1\(^f\) | P1\(^i\) | -3.08 | 1.96 | 0.403 | 8.29 | 2.12 |
| Ha\(^2\) | Ha\(^1\) | -5.49 | 1.96 | *0.035 | 0.87 | 10.69 |
| P1\(^i\) | P1\(^f\) | 4.12 | 1.96 | 0.166 | -1.08 | 9.32 |
| P1\(^f\) | P1\(^i\) | 2.4 | 1.96 | 0.615 | -2.8 | 7.6 |
| P1\(^i\) | P2\(^i\) | 1.37 | 1.96 | 0.898 | -3.83 | 6.57 |
| P2\(^i\) | P2\(^i\) | -4.12 | 1.96 | 0.166 | -9.32 | 1.08 |
| P2\(^i\) | P2\(^i\) | -1.71 | 1.96 | 0.818 | -6.92 | 3.48 |
| P2\(^i\) | P2\(^i\) | 3.08 | 1.96 | 0.403 | -2.18 | 8.29 |
| P2\(^i\) | P2\(^i\) | 2.4 | 1.96 | 0.615 | -7.6 | 2.8 |
| P2\(^i\) | P2\(^i\) | 1.72 | 1.96 | 0.818 | -3.48 | 6.92 |

$*Ha^1 = Halogen~curing~at~the~mesial~and~distal~angles,~*Ha^2 = Halogen~illumination~at~the~mesial,~distal,~occlusal,~and~gingival~angles,~*P^1 = Plasma~arc~curing~at~the~mesial~and~distal~angles,~*P^2 = Plasma~arc~curing~at~the~mesial,~distal,~occlusal,~and~gingival~angles$

---

**Table 3:** Comparison of means, SDs, and standard error of measurement in the halogen groups and plasma arc groups

| Group | Number | Mean (Mpa) | SD (Mpa) | SE of measurement |
|-------|--------|------------|----------|------------------|
| Halogen (1,2) | 30 | 166.32 | 76.16 | 13.9 |
| Plasma arc (3,4) | 30 | 159.94 | 62.96 | 11.49 |

$P = 0.725$
The reported bond strength values in this study for groups 1 (halogen light system with two curing periods of 10 seconds duration) and 3 (plasma arc system with two curing periods of 3 seconds duration) are consistent with Klock et al.’s \[3\] values obtained with the same device, curing periods, and time being 11.15 Mpa for halogen light and 12.02 Mpa for plasma arc, respectively. Furthermore, in a study by Oesterle,\[7\] he used two curing periods of 3 seconds duration (3 seconds mesial and 3 seconds distal) with the plasma arc system and reported the obtained bond strength value as 20.7 ± 8.9 Mpa after 24 hours.

The difference in bond strength value in Klock et al.’s \[3\] and Oesterle’s \[7\] studies can be attributed to the type of composite used, i.e., Klock et al. \[3\] used Transbond XT while Oesterle used Transbond Apc.

Comparing the two halogen and the two plasma arc groups, there was no statistically significant difference among them. Our findings in this study are consistent with that of other researchers regarding bond strength values between the halogen and plasma groups.\[1,7,13\]

On the whole, increasing the curing periods resulted in a relative increase in the obtained bond strength values in both the halogen and the plasma arc group; yet, the bond strength mean was only higher significantly in group 2 (16.25 Mpa) compared to group 1 (10.76 Mpa), but there was no statistically significant difference between groups 3 and 4. The increased shear bond strength due to more curing periods in the halogen group is justifiable; the cause may be the fact that the 20 seconds period of curing time of halogen system included four curing periods of 5-second duration, while the 6 seconds curing time of the plasma arc included two curing periods of 2 seconds and two periods of 1-second duration, respectively. May be the 1-second curing period of plasma arc has not been effective on bond strength. In many articles, the curing time for plasma arc system and halogen light has been designed as two mesial and distal curing periods to reduce pulpal effect of the heat produced by the curing systems since the increased heat following the light cure composite polymerization is either due to the absorbed energy during curing or due to the polymerization process,\[3,7\] the former being of more significance. Anyhow, the increased heat may cause pulpal damage,\[18\] sometimes surprisingly irreversible pulps.\[19\] Therefore, increasing the curing periods from 2 to 4 can not only increase shear bond strength, but also prevent pulpal damage, for according to studies by Zac, Cohen, and Scheinin,\[19\] a pulp temperature of higher than 42.5°C may cause irreversible pulpal damage. In a study by Haning and Bott,\[20\] the use of plasma arc for 10 seconds and halogen light for 40 seconds cause 7.8°C and 5.59°C increase in the pulp temperature, respectively. Though this temperature and time lies within a range that can cause pulpal damage, this study has been carried out on class II restorations and cannot be properly compared to orthodontic brackets bonding.\[20\] The use of such curing periods in different areas to reduce the pulpal damage produced by heat was also confirmed by Oesterle.\[7\] He believed that this procedure can lead to better diffusion of heat or light energy to the base of bracket, i.e., the theory behind the present study.

Oesterle compared plasma arc and halogen light cure device. He applied 3 seconds curing periods for plasma arc and in three curing periods including 3 seconds-6 seconds (3 seconds mesial, 3 seconds distal) – 9 seconds (3 seconds mesial, 3 second distal, and 3 second occlusal) curing period with halogen light and concluded that the plasma arc with curing periods of 6 seconds and 9 seconds produces a bond strength value similar to that of the halogen light with a curing time of 40 seconds. He also concluded that increasing the curing periods at different sites reduces the pulpal effect of the plasma arc on the teeth. Yet, he did not compare his own opinion on “the effect of light energy on bracket’s base” to “the effect of multiple curing periods on shear bond strength of orthodontic brackets.” Mention should be made of the fact that in the present study, shear bond strength values of the four groups above were higher than the least standard value needed in orthodontics, this value being 6-8 Mpa.\[9,21\]
In the present study, to ensure complete curing of composite under the orthodontic brackets, a wedging of 45° was done on the gingival side of acrylic resin to simulate in vivo conditions. In the study by Yussof et al.,[10] the effect of the angle of the curing tip on the bond strength of orthodontic brackets was studied and the composites were cured at three different angles of 0°, 45°, and 90° from a 3mm distance. The study showed that there was no statistically significant difference between bond strength of orthodontic brackets and light cure tip angulations of 0°, 45°, and 90°. Of course, in this study, changing the position of the light cure tip from one area to another was considered and just the curing tip angle in one site was investigated. In the present study, yet, to standardize the experiment conditions, just the curing at 45° was used with light cure curing.

In this study, the shear bond strength of orthodontic brackets was evaluated via Instron device after 120 hours of maintenance in distilled water, since, according to Hajrassie and Kheir[22] and McCourt et al.,[23] the shear bond strength value obtained after 24 hours of bonding of the brackets was not significantly different from that obtained after 30 days. Seemingly, more studies should be carried out on the effect of increasing curing periods at different sites of the oral cavity on the bond strength of orthodontic brackets bonded with light cure systems.

CONCLUSION

Regarding the limitations of this in vitro study, since there was no statistically significant difference between shear bond strength of orthodontic brackets bonded to teeth with halogen light and that of brackets bonded with plasma arc, the use of plasma arc system is preferable due to shorter curing time of bonding. On the other hand, increasing the curing periods from 2 to 4 (with equal times) led to a significant increase in bond strength with halogen light system. Hence, four-directional curing is advisable for this group.

ACKNOWLEDGEMENTS

This study was a doctorate thesis and had financial support by Shahid Sadoughi University of Medical Sciences. The authors would like to appreciate Dr. Hossein Falahzade for carrying out the statistical analysis of the present study.

REFERENCES

1. Sfondrini MF, Cacciafesta V, Scribante A, Klersy C. Plasma arc versus halogen light curing of orthodontic brackets: A month clinical study of bond failures. Am J Orthod Dentofacial Orthop 2004;125:342-7.
2. Signorelli MD, Kao E, Ngan PW, Gladwin MA. Comparison of bond strength between orthodontic brackets bonded with halogen and plasma arc curing lights: An in-vitro and in-vivo study. Am J Orthod Dentofacial Orthop 2006;129:277-82.
3. Klocke A, Korbmacher HM, Huck LG, Kahl-Nieke B. Plasma arc lights for orthodontic bonding. Am J Orthod Dentofacial Orthop 2002;122:643-8.
4. Pettemerides AP, Ireland AJ, Sherriff M. An ex vivo investigation into the use of a plasma arc lamp when using a visible light-cured composite and a resin-modified glass poly (alkenate) cement in orthodontic bonding. J Orthod 2001;28:237-44.
5. Klocke A, Korbmacher HM, Huck LG, Ghosh J, Kahle-Nieke B. Plasma arc curing of orthodontic brackets: An evaluation of shear bond strength and debonding characteristics. Am J Orthod Dentofacial Orthop 2003;124:309-15.
6. Ip TB, Rock WP. A comparison of three light curing units for bonding adhesive pre-coated brackets. J Orthod 2004;31:243-7; discussion 202-3.
7. Oesterle LJ. Rapid curing of bonding composite with a xenon plasma arc light. Am J Orthod Dentofacial Orthop 2001;119:610-6.
8. Sfondrini MF, Cacciafesta V, Scribante A, Boehme A, Jost-Brinkmann PG. Effect of light-tip distance on the shear bond strengths of resin-modified glass ionomer cured with high-intensity halogen, light-emitting diode, and plasma arc lights. Am J Orthod Dentofacial Orthop 2006;129:541-6.
9. James JW, Miller BH, English JD, Tadlock LP, Buschang PH. Effects of high-speed curing devices on shear bond strength and microleakage of orthodontic brackets. Am J Orthod Dentofacial Orthop 2003;123:555-61.
10. Yusoff UA, Radzi Z, Abu Kasim NH, Yahya NA, Abu Osman NA. The effect of light curing tip angulations on the shear bond strength of an orthodontic adhesive. (Accepted for International Federation for Medical and Biological Engineering. Berlin: Heidelberg Springer; p. 354-7. 2008.
11. Lalani N, Foley TF, Voth R, Banting D, Mammadras A. Polymerization with the Argon laser: Curing time and shear bond strength. Angle Orthod 2000;70:28-33.
12. Mobarak EH, El-Badrawy W, Pettemerides AP, Ireland AJ, Sherriff M. The effect of pretest storage conditions of extracted teeth on their dentin bond strengths. J Prosthet Dent 2010;104:92-7.
13. Cacciafesta V, Sfondrini MF, Barina E, Scribante A, Garino F, Klersy C. Effect of different light sources and guides on shear bond strength of brackets bonded with 2 adhesive systems. Am J Orthod Dentofacial Orthop 2005;128:99-102.
14. Sokucu O, Siso SH, Ozturk BF, Nalcacid R. Shear Bond Strength of Orthodontic Brackets Cured with Different Light Sources under Thermocycling. Eur J Dent 2010;4:257-62.
15. Oh KT, Choo SU, Kim KM, Kim KN. A stainless steel bracket for orthodontic application. Eur J Orthod 2005;27:237-44.
16. Pettemerides AP, Sherriff M, Ireland AJ. An in vivo study to compare a plasma arc light and a conventional halogen curing light in orthodontic bonding. Eur J Orthod 2004;26:573-7.
17. Russell JS, Littlewood SJ, Blance A, Mitchell L. The efficacy of a plasma arc light in orthodontic bonding: A randomized controlled clinical trial. J Orthod 2008;35:202-9.
18. Durey K, Santini A, Miletic V. Pulp chamber temperature rise during curing of resin based composites with different light-curing units. Prim Dent Care 2008;15:33-8.
19. Cavalcante LM, Peris AR, Ambrosano GM, Ritter AV, Pimenta LA. Effect of photoactivation systems and resin composites on the microleakage of esthetic restorations. J Contemp Dent Pract 2007;8:70-9.
20. Hanning M, Bott B. In vitro pulp chamber temperature rise during composite resin polymerization with various light-curing sources. Dent Mater 1999;15:275-81.
21. Sfondrini MF, Cacciafesta V, Klersy C. Halogen versus high-intensity light-curing of uncoated and pre-coated brackets: A shear bond strength study. J Orthod 2002;29:45-50.
22. Hajrassie MK, Kheir SE. In-vivo and in-vitro comparison of bond strengths of orthodontic brackets bonded to enamel and debonded at various times. Am J Orthod Dentofacial Orthop 2007;131:384-90.
23. Mc Court JW, Cooley RL, Barnwell S. Bond strength of light cure fluoride-releasing base-liners as orthodontic bracket adhesives. Am J Orthod Dentofacial Orthop 1991;100:47-52.

How to cite this article: Toodehzaeim MH, Kazemi AD, Aghili HA, Barzegar K, Fallahtafti T. Comparison of shear bond strength of orthodontic brackets bonded with halogen and plasma arc light curing. Dent Res J 2012;9:321-7.

Source of Support: This study was a doctorate thesis (#1009) and had financial support by Shahid Sadoughi University of Medical Sciences.

Conflict of Interest: None declared.

Announcement

iPhone App

A free application to browse and search the journal’s content is now available for iPhone/iPad. The application provides “Table of Contents” of the latest issues, which are stored on the device for future offline browsing. Internet connection is required to access the back issues and search facility. The application is Compatible with iPhone, iPod touch, and iPad and Requires iOS 3.1 or later. The application can be downloaded from http://itunes.apple.com/us/app/medknow-journals/id458064375?ls=1&mt=8. For suggestions and comments do write back to us.